DNA-Functionalized Supramolecular Polymers: Dynamic Multicomponent Assemblies with Emergent Properties

Sjors P.W. Wijnands,†,‡ E. W. Meijer,* and Maarten Merkx*†,‡,

† Institute for Complex Molecular Systems and ‡Laboratory of Chemical Biology, Department of Biomedical Engineering, Eindhoven University of Technology, P.O. Box 513, 5600 MB Eindhoven, The Netherlands

ABSTRACT: Recent years have witnessed an increasing interest in hybrid molecular systems in which the programmability of DNA hybridization is used to introduce enhanced molecular control in synthetic systems. The first examples of DNA-functionalized supramolecular polymers have been reported only recently, but have already revealed structural and functional properties that are not easily obtained in either synthetic supramolecular polymers or DNA-only based systems. In this Topical Review, we provide an overview of the various forms of additional control offered by DNA hybridization for different types of supramolecular polymers and discuss how orthogonal supramolecular interactions in these hybrid systems can give rise to emergent structural and functional properties.

INTRODUCTION

At the cellular level, life is predominantly built from aqueous, dynamic molecular assemblies.¹−³ The transient nature of these complex multicomponent systems introduces adaptability and allows for rapid response to biological triggers with great efficiency.⁴−⁵ In the quest to understand and emulate these natural systems, supramolecular chemistry has become a field in which supramolecular polymers play a prominent role.⁶ Although the first synthetic supramolecular polymers were designed to assemble in organic solvents, many water-soluble variants exist today, providing an interesting platform for the development of molecular systems and materials with life-like properties.⁷ Extensive studies using a wide variety of biophysical approaches have provided detailed insight into the assembly mechanisms and exchange dynamics of several of these water-soluble supramolecular polymers.⁸−¹² These studies have revealed a subtle interplay between various noncovalent interactions that together govern their structural and dynamic properties, but also showed that tuning these properties and introducing functionality in these dynamic systems can be challenging. The latter is important as future applications would require these systems to specifically interact with other components, materials, cells, or tissues. However, synthesis of these building blocks is not straightforward.

DNA has rapidly emerged as a highly versatile molecular building block for the construction of precise nanometer structures and sophisticated molecular machines and networks. In contrast to synthetic supramolecular interactions, the programmability of DNA hybridization enables the modular assembly of structures and reaction cascades with great precision and structural control.¹³ Recent years have witnessed an increasing interest in hybrid molecular systems.¹⁴,¹⁵ For example, DNA functionalization of covalent polymers provides an additional level of control on the structure and macroscopic properties of materials, allowing the construction of stimulus-responsive materials such as hydrogels and other nanomaterials, DNA-surfactants that can be applied as responsive drug delivery systems, and materials for optoelectronic devices.¹⁶−⁵² Only recently have the first examples of DNA-functionalized supramolecular polymers been reported. In this Topical Review, we provide an overview of the various forms of additional control offered by DNA hybridization for different supramolecular polymers and discuss how orthogonal supramolecular interactions in these hybrid systems can give rise to emergent structural and functional properties.

AROMATIC OLIGOMERS

Some of the first examples of DNA-functionalized supramolecular polymers were reported by the group of Häner. In their pioneering work, DNA-grafted supramolecular polymers consisting of oligomers of aromatic compounds and oligonucleotides were constructed and used to study how DNA can be used to gain control over the structural characteristics of supramolecular polymers.²³ One class of hybrid supramolecular building blocks consists of phosphodiester-linked pyrene oligomers modified with oligonucleotides via solid-phase phosphoramidite chemistry (Figure 1a). The supramolecular assembly of these monomers is initiated by the formation of stair-like arrangements of the pyrenes within the

Special Issue: Interfacing Biology with Materials using DNA Assemblies

Received: February 3, 2019
Revised: March 11, 2019
Published: March 12, 2019

DOI: 10.1021/acs.bioconjugchem.9b00095
Bioconjugate Chem. XXXX, XXX, XXX−XXX

© XXXX American Chemical Society
monomers and subsequent assembly of multiple monomers. The balance between the lengths of the oligopyrenes and oligonucleotides directed the morphology of the supramolecular assemblies. Oligopyrenes containing 7 pyrenes and 10 base oligonucleotides reversibly formed fibers with lengths up to several hundreds of nanometers, while no fibrous structures could be observed for oligopyrenes containing 4 or 1 pyrene unit(s). Additionally, hepta-oligopyrene functionalized with a single nucleotide assembled into 2D nanosheets, whereas micrometers to tens-of-nanometers-long ribbons were formed when using DNA handles containing 2 or more nucleotides, respectively. Addition of an oligonucleotide complementary to that on the hepta-oligopyrene units resulted in the formation of micrometer-size fibrous networks due to cross-links formed by blunt-end stacking of the grafted double-stranded DNA (Figure 1b). The formation of these networks was reversible by thermal denaturation of the double-stranded DNA or by the addition of a scavenger oligonucleotide which separates the strand complementary to the grafted handle via a strand displacement reaction. The formation of cross-linked networks could also be achieved by mixing supramolecular DNA-oligoperylene polymers grafted with complementary strands (Figure 1c). Increasing the temperature first disassembled the resulting networks followed by full disruption.
of the supramolecular polymeric assemblies at higher temperatures. Interestingly, subsequent cooling of the mixture did not result in the reformation of networks, but instead yielded one-dimensional polymer stacks containing mixtures of the grafted strands. It was hypothesized that in these mixed polymers, electrostatic repulsion between noncomplementary oligonucleotides prevented hybridization of complementary strands between fibers, and that the initial network formed by mixing preformed supramolecular polymers with complementary strands represented a metastable state. These findings illustrate the importance of pathway complexity on the structural and functional properties of supramolecular polymers containing orthogonal assembly motifs.

A second example of hybrid supramolecular-building blocks introduced by the Häner group consists of DNA-modified tri- and pentaphenanthrenes, which were also synthesized using phosphoramidite chemistry. When two triphenanthrenes modified with complementary oligonucleotides of 20 bases are mixed, the supramolecular interaction is dominated by DNA hybridization resulting in the formation of 20 nucleotide dsDNA containing phenanthrene overhangs at both ends. Hydrophobic interactions between the phenanthrene “sticky ends” promoted the formation of sheets and 50–200 nm vesicles in the presence of spermine, which counteracts the electrostatic repulsion between the dsDNA units (Figure 2a).27 The same building blocks could also be used to construct micrometers-long polymers grafted with ss-DNA-handles by mixing unmodified triphenanthrene monomers with pentaphenanthrene monomers modified with only one of the oligonucleotides (Figure 2b).28 In these systems supramolecular polymerization is driven by hydrophobic interactions between the phenanthrene groups, while the oligonucleotides serve as handles grafted on the supramolecular polymer to introduce additional functionalities. The light-harvesting properties of the oligophenanthrenes were used to construct photonic wires in which the energy harvested by light absorption in the oligophenanthrenes was channeled via a cascade of (Förster) energy transfer steps through precisely spaced cyanine dyes on complementary oligonucleotides to finally excite a NIR Cy5.5 acceptor dye.

**SQUARAMIDE BOLA-AMPHIPHILES**

Several other examples have been reported where DNA hybridization is used to recruit DNA-modified molecular cargo...
on supramolecular polymers. Both the Hänner group and the group of Kieltyka demonstrated reversible recruitment of DNA-functionalized gold nanoparticles along supramolecular polymers.\textsuperscript{29,30} The latter group used squaramide based bola-amphiphiles to form hundreds-of-nanometers-long supramolecular assemblies, driven by hydrogen bonding and hydrophobic interactions. Squaramide monomers were decorated with 16 nucleotide DNA-handles via copper mediated cyclo-addition reactions and mixed with inert monomers to obtain DNA-grafted squaramide polymers (Figure 3a). By using unique handle sequences for particles with a diameter of 5 or 15 nm in combination with two squaramide monomers decorated with complementary handles, the system enabled the specific recruitment of one or both gold particles (Figure 3b). The DNA-based tethering of the particles also allowed subsequent release of the particles by using toehold-mediated strand displacement. By sequential addition of the DNA-modified particles and displacer strands, sequential loading and release of gold nanoparticles was shown, demonstrating a high level of control over the recruitment and release of components on the polymer scaffold.

![Figure 3. Selective and reversible recruitment of cargo on supramolecular polymers mediated by DNA hybridization. (a) Structures of an inert and a DNA-modified squaramide bola-amphiphile. (b) Supramolecular copolymers of squaramide derivatives were assembled containing two monomers grafted with DNA handles with different sequences (a and c). This enabled the selective recruitment of two gold particles of 5 and 15 nm functionalized with DNA handles containing a sequence complementary to one of the DNA-grafted squaramides (a* and c*). By addition of an oligonucleotide (b,a) fully complementary to the handle on one of the gold nanoparticles, the DNA handle on the polymer is displaced, which selectively releases the particle. Using these techniques, the system allows the sequential recruitment and release of the 15 nm particles after which the 5 nm particles can be recruited. Scale bars represent 50 nm. Adapted and reproduced with permission from ref 30. Copyright 2017, Wiley-VCH.](image)

**PEPTIDE AMPHIPHILES**

A particularly impressive demonstration of the ability to reversibly and rationally control the formation of superstructured networks was recently reported by Stupp and co-workers through introducing DNA handles on peptide amphiphile (PA) based supramolecular polymers. PA monomers consist of an aliphatic chain and an amino acid sequence containing a \(\beta\)-sheet forming region and a hydrophilic region. To obtain DNA-modified PA derivatives, amine-functionalized oligonucleotides with lengths from 10 to 45 nucleotides were functionalized with dibenzocyclooctyne-sulfo-N-hydroxysuccinimidyld (DIBAC-NHS) and subsequently conjugated to an azide-modified PA using strain promoted alkyne azide click chemistry (Figure 4a).\textsuperscript{31} Mixing of DNA-modified and inert PAs resulted in the formation of 10–15-nm-wide, one-dimensional nanofibers containing a stoichiometric distribution of DNA handles driven by hydrophobic interactions and \(\beta\)-sheet formation. Pure DNA-modified PA’s did not form fibers but assembled into spherical micelles, probably due to steric and electrostatic repulsion between the DNA handles. Mixing fibers decorated with complementary oligonucleotides resulted in the formation of hydrogels, which could
reversed by breaking the DNA-mediated interaction between fibers using toehold-mediated strand displacement (Figure 4b). Structural analysis of the gels using scanning electron microscopy (SEM) showed a superstructure consisting of large, micrometer-sized bundles of fibers segregated within a network of individual nanoscale fibers. Coarse-grained simulations of this system suggested that the formation of these superstructures relies on the formation of clusters of cross-linked DNA-modified monomers within the fibers. The cross-linked fibers then intertwine to form bundles which subsequently intertwine with each other to form the observed superstructures. Confocal microscopy revealed that the formation of the cross-linked fibers was complete in 10 min and was accompanied by clustering of the DNA-modified PA within the fiber. It was shown experimentally and by simulations that it is crucial that the interactions between the PA monomers are sufficiently strong to form stable fibers but not too strong to prevent dynamic redistribution of the DNA-grafted monomers to form the bundled structures (Figure 4c,d). Additionally, the hybridization interactions need to be strong enough to maintain the cross-links between the fibers. Taken together, these simulations showed that the bundles can form when the balance between the intra- and interfiber hybridization of the grafted oligonucleotides (respectively, the intra- and interfiber energies ($E_{\text{intra}}$, $E_{\text{inter}}$)). Bundles form within the energy range $k_B T < E_{\text{intra}}$. (f) SEM micrographs of astrocytes cultured on cross-linked, bundled (left), and individual (right) PA-DNA fibers. The cells display a reactive phenotype on the bundled fibers while a naive phenotype is observed on the individual fibers. Cells are falsely colored in blue and bundled PA-DNA fibers in pink. The magnified view (lower images) shows the cell–substrate interaction. Scale bars represent 5 μm (upper images) and 2 μm (lower images). Adapted and reproduced with permission from ref 31. Copyright 2018, American Association for the Advancement of Science.
ability to switch the structural properties of the fibrous networks was subsequently used to study the response of neural cells (astrocytes) to changes in their environment. When the cells were cultured in the PA-DNA hydrogels containing the higher order bundles, a reactive phenotype was observed while naive cells were observed in hydrogels existing from individual fibrous networks (Figure 4f). Interestingly, the phenotype of the cells could be switched from reactive to naive or visa versa by addition of an invader or anti-invader strand to, respectively, disrupt or reform the DNA cross-links in the network.

**BENZENE-1,3,5-TRICARBOXAMIDE (BTA) POLYMERS**

In the work described so far, DNA hybridization either served to recruit DNA-cargo on a supramolecular polymer, or was used to control the formation of networks and other superstructures. However, DNA hybridization and supramolecular polymerization can also enhance each other when two complementary DNA strands are attached to the same supramolecular polymer in an antiparallel orientation. This phenomenon was studied by Brunsveld and co-workers using C3 symmetric amphiphiles consisting of a bis-pyridine benzene-1,3,5-tricarboxamide (BiPy-BTA) core decorated with water-soluble ethylene glycol (EG) tails (Figure 5a). Driven by hydrophobic interactions and intermolecular hydrogen bonds between the monomer cores, these BiPy-BTA-EG monomers assemble into stable fluorescent polymers.32 DNA-functionalized BiPy-DNA monomers were obtained by conjugation of azide-modified oligonucleotides to bis-pyridine decorated BTA derivatives (BiPy-BTA) modified with a single dibenzocyclooctyne (DBCO) via strain-promoted cycloaddition.33 To systematically study the effect of supramolecular templating on DNA hybridization, a 13 nucleotide template strand was conjugated via its 3’ end, whereas a series of 13 base DNA sequences containing between 4 and 7 complementary bases was conjugated to the BiPy-BTA via their 5’-end (Figure 5c). Supramolecular-templated hybridization was monitored using FRET between Cy3- and C5-dyes conjugated to each strand and compared to the nontemplated interaction. Supramolecular templating enhanced DNA hybridization by at least 6 kcal/mol, equivalent to the effect of 4 additional base pair interactions. The increased interaction strength can be understood by the high local concentration of the DNA-strands, which was estimated to be between 2 and 20 mM. Using the dynamic nature of the assemblies, the hybridization of the grafted oligonucleotides with 4 complementary bases could subsequently be reversed via addition of inert monomers which insert between the DNA-modified monomers in the assemblies, thus decreasing the local concentration of DNA strands on the supramolecular polymer (Figure 5e). Time-dependent studies showed that the rearrangement process took about 2 h and was determined by the kinetics of monomer exchange.

The work by Brunsveld and co-workers shows the potential of using supramolecular polymers as a dynamic platform to enhance molecular interactions by increasing their effective local concentration, a strategy that is also frequently used in biology to control signal transduction and increase the efficiency of metabolic reaction cascades. Our group recently showed that DNA-mediated recruitment of proteins on another type of supramolecular BTA polymer can efficiently promote protein–protein interactions. The BTA system used in these studies consisted of a BTA core containing three amphiphilic dodecyl-EG₄ side-arms that shield the hydrogen bonds in the core from water, while facilitating water solubility of the assembled polymer. BTA-DNA monomers were obtained by conjugation of a 10 base alkyne-functionalized oligonucleotide to an azide-functionalized BTA via a copper-mediated alkyne–azide cycloaddition reaction (Figure 6a).34 Copolymer
assembly of BTA and BTA-DNA resulted in the formation of μm-long 1D supramolecular BTA polymers. These polymers were found to be remarkably robust, even with a high percentage of DNA-functionalized BTA. To study specific recruitment of proteins to the BTA polymers, TEM1-β-lactamase was used as a reporter enzyme along with its inhibitor protein BLIP. Each protein was functionalized with a specific 21-base oligonucleotide, which allowed recruitment on the BTA-polymer in the presence of specific recruiter strands that are complementary to the DNA-strands on the BTA and the proteins (Figure 6b).

Recruitment of both proteins on the BTA-scaffold resulted in inhibition of enzyme activity at low nanomolar concentrations of the inhibitor protein, representing a 1000-fold increase in apparent inhibition constant compared to the $K_d$ of 1.5 μM obtained in solution (Figure 6c). The increased apparent affinity could be quantitatively understood by the increased local concentration of the proteins on the BTA polymer scaffold, which could be tuned by changing the density of DNA handles on the polymer. Indeed, enzyme activity could be restored by the addition of excess inert BTA monomers to dilute the BTA-DNA density from 5% to 0.25%. The restoration of enzyme activity by BTA-dilution took several hours, which is in accordance with the kinetics known for dynamic exchange of the BTA monomers (Figure 6d). Remarkably, recruitment of the DNA-modified proteins on the BTA template and subsequent formation of the enzyme−inhibitor complex was found to be fast, reaching equilibrium within minutes (Figure 6e). Since this process is much faster than the kinetics of BTA-monomer exchange, protein complex formation on the BTA-scaffold was hypothesized to involve rapid association and dissociation between DNA-duplexes along the polymer. The 10-nucleotide interaction between the DNA strand on the BTA polymer and the recruiter strand thus allows rapid exchange of DNA-conjugated proteins ($k_{\text{off}} \sim 1 \text{ s}^{-1}$),35 while also providing sufficient thermodynamic driving force to recruit proteins and increase their effective local concentration.
The remarkable efficiency of DNA-functionalized BTA polymer to template the formation of protein-protein interactions, suggested that they might also provide attractive scaffolds to enhance the speed of DNA-based molecular circuits. These circuits typically consist of a series of sequential toehold-mediated strand exchange reactions, using low nanomolar concentrations of individual reactants to avoid background and nonintended side reactions. As the reaction rates of the DNA networks depend on the concentration of the reactants, the operations are slow, taking several hours or even days, hampering their translation into practical applications.

To explore whether DNA-functionalized supramolecular polymers could provide a more dynamic and operationally more simple alternative platform, we first tested whether confinement of DNA reactants on the BTA-polymer could enhance the kinetics of toehold-mediated strand displacement and strand exchange reactions, two fundamental reactions in DNA computing. DNA reactants were extended with a sequence complementary to the 10 bases of the BTA-DNA conjugate (Figure 7a,b). Recruitment of these components on the BTA-DNA polymers increased the speed of single displacement and exchange reactions up to a 100-fold. The templated strand exchange reaction was also favored thermodynamically by multivalent interactions with the polymer template. The general applicability of the BTA-DNA scaffold to increase the speed of DNA-based computing was subsequently demonstrated for three well-known and practically important DNA-computing operations: multi-input AND gates, catalytic hairpin assembly (CHA), and hybridization chain reactions (HCR). The product of the latter amplification reaction is of a polymer of alternating, partially overlapping DNA strands (Figure 7c). Dual color imaging of Cy3-labeled BTAs and Cy5-labeled reaction product using a combination of total internal reflection (TIRF) and stochastic...
optical reconstruction microscopy (STORM) indeed showed a clear overlap between the DNA polymer product and the BTA-polymer backbone, consistent with the BTA-polymer acting as template of the HCR reaction (Figure 7d).

**SUMMARY AND CONCLUSIONS**

DNA hybridization is arguably the most studied and best understood natural supramolecular interaction, but hybrid systems that combine synthetic supramolecular polymers with DNA-based assembly have only recently been reported. Nonetheless, these studies have already revealed interesting emerging properties that are not easily obtained in either synthetic supramolecular polymers or DNA-only based systems. A relatively straightforward application of grafting DNA-strands on supramolecular polymers is to allow the functionalization of supramolecular polymers with DNA-modified molecular cargo such as small molecules, proteins, and nanoparticles. The reversible nature of DNA hybridization and the ability to precisely tune both its affinity and dynamics provides much higher control than using other forms of noncovalent or covalent interactions. DNA-based interactions can also be easily controlled externally, both generally using salt concentration or temperature, and specifically using DNA-displacement reactions. Interactions between complementary strands on different polymers can be used to create networks and other higher order superstructures. The formation of these structures is not only determined by the relative thermodynamic strengths of orthogonal supramolecular interactions, but also by their dynamics, giving rise to kinetically trapped states and pathway complexity. DNA hybridization and supramolecular polymerization can also reinforce each other, with supramolecular polymerization stabilizing the interactions between complementary strands within the same polymer, and DNA-interactions steering internal ordering in supramolecular polymers. Vice versa, by dynamically confining DNA reactants on their surface, supramolecular polymers can act as adaptive templates to increase the kinetics and efficiency of DNA-based molecular computing. The reversibility and ability to tune the dynamics of both supramolecular polymerization and DNA hybridization provides access to modular and uniquely tunable systems that can already emulate some of the fundamental properties, they also provide a first glimpse of possible applications, such as the development of responsive materials in tissue engineering, controlled drug delivery, molecular sensors and the construction of synthetic signaling cascades.

**AUTHOR INFORMATION**

**Corresponding Author**
E-mail: M.Merkx@tue.nl.

**ORCID**
E. W. Meijer: 0000-0003-4126-7492
Maarten Merkx: 0000-0001-9484-3882

**Notes**
The authors declare no competing financial interest.

**ACKNOWLEDGMENTS**
We thank the ICMS animation studio for the abstract graphic. This work was supported by funding from the Ministry of Education, Culture and Science (Gravity program, 24.001.035).

**REFERENCES**

(1) Schrum, J. P., Zhu, T. F., and Szostak, J. W. (2010) The Origins of Cellular Life. *Cold Spring Harbor Perspect. Biol.*, 2, a002212.
(2) Steven, A. C., Baumeister, W., Johnson, L. N., and Perham, R. N. *Molecular Biology of Assemblies and Machines*; Garland Science, 2016.
(3) Good, M. C., Zalatan, J. G., and Lim, W. A. (2011) Scaffold Proteins: Hubs for Controlling the Flow of Cellular Information. *Science* 332 (6030), 680–686.
(4) Wu, H. (2013) Higher-Order Assemblies in a New Paradigm of Signal Transduction. *Cell* 153 (2), 287–292.
(5) Wu, H., and Fuxreiter, M. (2016) The Structure and Dynamics of Higher-Order Assemblies: Amyloids, Signalosomes, and Granules. *Cell* 165 (5), 1055–1066.
(6) Bruinsveld, L., Folmer, B. J. B., Meijer, E. W., and Sijbesma, R. P. (2001) Supramolecular *Polymers, Chem. Rev.*, 101 (12), 4071–4098.
(7) Krieg, E., Basting, M. M. C., Besenius, P., and Rybtchinski, B. (2016) Supramolecular Polymers in Aqueous Media. *Chem. Rev.* 116 (4), 2414–2477.
(8) Carnall, J. M. A., Waudby, C. A., Belenguer, A. M., Stuart, M. C. A., Peyralans, J. J.-P., and Otto, S. (2010) Mechanosensitive Self-Replication Driven by Self-Organization. *Science* 327 (5972), 1502–1506.
(9) Boekhoven, J., Hendriksen, W. E., Koper, G. J. M., Eelkema, R., and van Esch, J. H. (2015) Transient Assembly of Active Materials Fueled by a Chemical Reaction. *Science* 349 (6252), 1075–1079.
(10) Albertazzi, L., van der Zwaag, D., Leenders, C. M. A., Fitzner, R., van der Hofstad, R. W., and Meijer, E. W. (2014) Probing Exchange Pathways in One-Dimensional Aggregates with Super-Resolution Microscopy. *Science* 344 (6183), 491–495.
(11) da Silva, R. M. P., van der Zwaag, D., Albertazzi, L., Lee, S. S., Meijer, E. W., and Sprij, S. I. (2016) Super-Resolution Microscopy Reveals Structural Diversity in Molecular Exchange among Peptide Amphiphile Nanofibres. *Nat. Commun.* 7, ncomms11561.
(12) Hendrikse, S. I. S., Wijnands, S. P. W., Lafleur, R. P. M., Poudereijn, M. J., Janssen, H. M., Dankers, P. Y. W., and Meijer, E. W. (2017) Controlling and Tuning the Dynamic Nature of Supramolecular Polymers in Aqueous Solutions. *Chem. Commun.* 53 (14), 2279–2282.
(13) Seeman, N. C., and Sleiman, H. F. (2017) DNA Nanotechnology. *Nat. Rev. Mater.* 3 (1), 17068.
(14) Neelakandan, P. P., Pan, Z., Hariharan, M., Zheng, Y., Weissman, H., Rybtchinski, B., and Lewis, F. D. (2010) Hydrophobic Self-Assembly of a Perylenediimide-Linked DNA Dumbbell into Supramolecular Polymers. *J. Am. Chem. Soc.* 132 (44), 15808–15813.
(15) Kashiwagi, D., Sim, S., Niwa, T., Taguchi, H., and Aida, T. (2018) Protein Nanotube Selectively Cleaveable with DNA: Supramolecular Polymerization of “DNA-Attached Molecular Chaperones.” *J. Am. Chem. Soc.* 140 (1), 26–29.
(16) Shahbazi, M.-A., Bauleth-Ramos, T., and Santos, H. A. (2018) DNA Hydrogel Assemblies: Bridging Synthesis Principles to Biomedical Applications. *Adv. Ther.* 1 (4), 1800042.
(17) Noteborn, W. E. M., Zwagerman, D. N. H., Talens, V. S., Maity, C., van der Meer, L., Poolman, J. M., Mytnyk, S., van Esch, J. H., Kros, A., Eelkema, R., et al. (2017) Crosslinker-Induced Effects on the Gelation Pathway of a Low Molecular Weight Hydrogel. *Adv. Mater.* 29 (12), 1603769.
(18) Kahn, J. S., Hu, Y., and Willner, I. (2017) Stimuli-Responsive DNA-Based Hydrogels: From Basic Principles to Applications. *Acc. Chem. Res.* 50 (4), 680–690.
(19) Trinh, T., Liao, C., Toader, V., Barlog, M., Bazzi, H. S., Li, J., and Sleiman, H. F. (2017) DNA-Imprinted Polymer Nanoparticles with Monodispersity and Prescribed DNA-Strand Patterns. *Nat. Chem.* 10 (2), 184–192.
(20) Rahbani, J. F., Vengut-Climent, E., Chidchob, P., Gidi, Y., Trinh, T., Cosa, G., and Sleiman, H. F. (2018) DNA Nanotubes with Hydrophobic Environments: Toward New Platforms for Guest
Encapsulation and Cellular Delivery. Adv. Healthcare Mater. 7 (6), 1701049.

(21) Chidchob, P., and Sleiman, H. F. (2018) Recent Advances in DNA Nanotechnology. Curr. Opin. Chem. Biol. 46, 63–70.

(22) Liu, K., Zheng, L., Ma, C., Göstl, R., and Herrmann, A. (2017) DNA–Surfactant Complexes: Self-Assembly Properties and Applications. Chem. Soc. Rev. 46 (16), 5147–5172.

(23) Vyborna, Y., Vybornyi, M., Rudney, A. V., and Häner, R. (2015) DNA-Grafted Supramolecular Polymers: Helical Ribbon Structures Formed by Self-Assembly of Pyrene–DNA Chimeric Oligomers. Angew. Chem., Int. Ed. 54 (27), 7934–7938.

(24) Vyborna, Y., Altunbas, S., Vybornyi, M., and Häner, R. (2017) Morphological Diversity of Supramolecular Polymers of DNA-Containing Oligopyrenes – Formation of Chiroptically Active Nanosheets. Chem. Commun. 53 (89), 12128–12131.

(25) Vyborna, Y., Vybornyi, M., and Häner, R. (2015) From Ribbons to Networks: Hierarchical Organization of DNA-Grafted Supramolecular Polymers. J. Am. Chem. Soc. 137 (44), 14051–14054.

(26) Vyborna, Y., Vybornyi, M., and Häner, R. (2016) Pathway Diversity in the Self-Assembly of DNA-Derived Bioconjugates. Bioconjugate Chem. 27 (11), 2755–2761.

(27) Bösch, C. D., Jevric, J., Bürki, N., Probst, M., Langenegger, S. M., and Häner, R. (2018) Supramolecular Assembly of DNA-Phenanthrene Conjugates into Vesicles with Light-Harvesting Properties. Bioconjugate Chem. 29 (5), 1505–1509.

(28) Kownacki, M., Langenegger, S. M., Liu, S.-X., and Häner, R. (2019) Integrating DNA Photonic Wires into Light-Harvesting Supramolecular Polymers. Angew. Chem., Int. Ed. 58, 751–755.

(29) Vyborna, Y., Vybornyi, M., and Häner, R. (2017) Functional DNA-Grafted Supramolecular Polymers – Chirality, Cargo Binding and Hierarchical Organization. Chem. Commun. 53 (37), 5179–5181.

(30) Noteborn, W. E. M., Saez Talens, V., and Kielytka, R. E. (2017) Reversible Loading of Nanoscale Elements on a Multicomponent Supramolecular Polymer System by Using DNA Strand Displacement. ChemBioChem 18 (20), 1995–1999.

(31) Freeman, R., Han, M., Álvarez, Z., Lewis, J. A., Wester, J. R., Stephanopoulos, N., McClendon, M. T., Lynsky, C., Godbe, J. M., Sangi, H., et al. (2018) Reversible Self-Assembly of Superstructured Networks. Science 362, 808–813.

(32) van Dun, S., Schill, J., Milroy, L.-G., and Brunsveld, L. (2018) Mutually Exclusive Cellular Uptake of Combinatorial Supramolecular Copolymers. Chem. - Eur. J. 24 (61), 16445–16451.

(33) Aleman García, M. A., Magdalena Estirado, E., Milroy, L.-G., and Brunsveld, L. (2018) Dual-Input Regulation and Positional Control in Hybrid Oligonucleotide/Discotic Supramolecular Wires. Angew. Chem., Int. Ed. 57 (18), 4976–4980.

(34) Wijnands, S. P. W., Engelen, W., Lafleur, R. P. M., Meijer, E. W., and Merkl, M. (2018) Controlling Protein Activity by Dynamic Recruitment on a Supramolecular Polymer Platform. Nat. Commun. 9 (1), 65.

(35) Jungmann, R., Steinhauer, C., Scheible, M., Kuzyk, A., Tintelnot, P., and Simmel, F. C. (2010) Single-Molecule Kinetics and Super-Resolution Microscopy by Fluorescence Imaging of Transient Binding on DNA Origami. Nano Lett. 10 (11), 4756–4761.

(36) Engelen, W., Wijnands, S. P. W., and Merkl, M. (2018) Accelerating DNA-Based Computing on a Supramolecular Polymer. J. Am. Chem. Soc. 140 (30), 9758–9767.